The Baltic Journal of Road and Bridge Engineering, 2008, vol. 3, no. 2

Contents

The 7th International Conference Environmental Engineering 49

Gintaras Kalkauskas, Rokas Girdzius, Darius Bobeinskas, Aleksandras Sokolov
Numerical deformation analysis of Bridge Concrete Girders 51

Veysa Dragić, Željko Korlak, Ivica Stančić
Methods for setting road vehicle movement trajectories 57

Christiane Riebl, Manfred Norbert Partl
Investigation into a long-term interlayer bonding of asphalt pavements 65

Lina Bertulienė, Alfredas Laurinavičius
Research and evaluation of methods for determining deformation modulus of subgrade and frost blanket course 71

Donatas Čygys, Alfredas Laurinavičius, Audrius Vaitkus, Zigmantas Pervenėckas, Algirdas Motiejūnas
Research of asphalt pavement structures on Lithuanian roads (I) 77

Sven-Dolf Lundqvist, Ulf Iacsson
Condition assessment of road equipment – State-of-the-art 84

Vilimas Gintulas, Daiva Žilionienė, Minuogas Dimaitis, Darius Lukosaitis, Kristina Liberienė, Jūratė Vilkienė
Analysis of design solutions in the objects of gravel roads paving programme in terms of traffic safety 93

Daiulis Kapusi, Ivan Leonovich, Kornelia Ratkevičiūtė, Darius Maškin
Implementation of experimental research in road traffic: theory and practice 101

Reviews 109

ABSTRACTS IN LITHUANIAN 1 a

ABSTRACTS IN LATVIAN 11 a

ABSTRACTS IN ESTONIAN 11 a

The papers published in The Baltic Journal of Road and Bridge Engineering are indexed/abstracted by:

- Thomson Scientific Science Citation Index Expanded (Web of Science),
- INSPEC (Database of Institution of Engineering and Technology),
- EBSCO Publishing (Academic Search Complete),
- TRIS (Transportation Research Information Services),
- VINITI (All-Russian Scientific and Technical Information Institute of Russian Academy of Sciences).
The Baltic Journal of Road and Bridge Engineering

2008
3(2)

Editor-in-Chief Donatas ČYGAS
EDITORIAL BOARD

Editor-in-Chief
Prof. Dr Donatas ČYGAS
Vilnius Gediminas Technical University
Saulėtekio al. 11, LT-10223 Vilnius, Lithuania

Editors
Prof. Dr Alfredas LAURINAVIČIUS
Vilnius Gediminas Technical University, Saulėtekio al. 11,
LT-10223 Vilnius, Lithuania

Assoc. Prof. Dr Alinas PAEGLITIS
Riga Technical University
Azenes str. 20,
LV-1048 Riga, Latvia

Prof. Dr Andras AAVIK
Tallinn University of Technology
Ehitajate tee 5,
19086 Tallinn, Estonia

Managing Editor
Prof. Dr Daiva ZILIONIENĖ
Vilnius Gediminas Technical University
Saulėtekio al. 11, LT-10223 Vilnius, Lithuania

INTERNATIONAL EDITORIAL BOARD

Assoc. Prof. Dr Dago Antov,
Tallinn University of Technology, Ehitajate tee 5,
19086 Tallinn, Estonia

Dr Halli Ceylan,
Center for Transportation Research and Education (CTRE),
4820 Town Engineering Bldg., Iowa State University, Ames,
IA 50011-3232, USA

Assoc. Prof. Dr Julius Christauskas,
Vilnius Gediminas Technical University,
Saulėtekio al. 11, LT-10223 Vilnius, Lithuania

Dr Mindaugas Dimaïtis,
State Enterprise "Transport and Road Research Institute",
I. Kanto g. 25, box number 2082, LT-44009 Kaunas, Lithuania

Dr Arydas Domatās,
State Enterprise "Transport and Road Research Institute",
I. Kanto g. 25, box number 2082, LT-44009 Kaunas, Lithuania

Prof. Dr Alfredo García García,
Polytechnic University of Valencia, Camino de Vera,
s/n, 46071-Valencia, Spain

Dr Inge Hoff,
Research Institute „SINTEF“, Hogskoleringen 7,
7465 Trondheim, Norway

Prof. Dr Sigfried Huschek,
Berlin Technical University, Gustav-Meyer-Allee 25
Sekretariat: TIB 3 / 2-2, 13355 Berlin, Germany

Prof. Dr Siim Ildum,
Tallinn University of Technology, Ehitajate tee 5,
19086 Tallinn, Estonia

Prof. Dr Jozef Jędrzejczak,
Technical University of Gdańsk, 11/12 Narutowicza St.,
80-952 Gdańsk, Poland

Prof. Dr habil Gintaras Kakusas,
Vilnius Gediminas Technical University,
Saulėtekio al. 11, LT-10223 Vilnius, Lithuania

Dr John Mungai Kinuthia,
School of Technology, Division of Civil Engineering,
University of Glamorgan, Pontypridd CF37 1DL, UK

Prof. Dr habil Ivan Leonovich,
Byelorussian State Technical University,
P. Niezavisimosti 65, 220027 Minsk, Byelorussia

Assoc. Prof. Dr Dainius Miškinis,
The Lithuanian Road Administration under the Ministry of Transport and Communications of the Republic of Lithuania,
J. Basanavičiaus g. 36/2, LT-03109 Vilnius, Lithuania

Prof. Dr Juris R. Naudžuns,
Riga Technical University, Azenes str. 20,
LV-1048 Riga, Latvia

Dr Algis Pakalnis,
State Enterprise "Transport and Road Research Institute",
I. Kanto g. 25, box number 2082, LT-44009 Kaunas, Lithuania

Assoc. Prof. Dr Virgadas Puodziukas,
The Lithuanian Road Administration under the Ministry of Transport and Communications of the Republic of Lithuania,
J. Basanavičiaus g. 36/2, LT-03109 Vilnius, Lithuania

Prof. Dr habil Piotr Radziżewski,
Białystok Technical University, ul. Wiejska 45A, room 27,
15-351 Białystok, Poland

Prof. Dr habil Valentin Siljanov,
Moscow State Technical University, Leningradskij av. 64,
123319 Moscow, Russia

Prof. Dr Juris Smirnovs,
Riga Technical University, Azenes str. 20,
LV-1048 Riga, Latvia

Prof. Dr Peep Sürja,
Tallinn University of Technology, Ehitajate tee 5,
19086 Tallinn, Estonia

Prof. Dr habil Darjuš Švibliski,
Road and Bridge Research Institute, Jagiellonska str. 80,
Warszawa, Poland

Prof. Dr Andras Varholy,
Lund University, Box 118, SE-22100 Lund, Sweden

Assoc. Prof. Dr Janis Vārns,
Riga Technical University, Azenes str. 20,
LV-1048 Riga, Latvia

Assoc. Prof. Dr Atis Zarinš,
Riga Technical University,
Kāļļu str. 1, LV-1658 Riga, Latvia

Prof. Dr habil Edmundas Kazimieras Zavadskas,
Vilnius Gediminas Technical University, Saulėtekio al. 11,
LT-10223 Vilnius, Lithuania

Prof. Dr habil Algis Antov
Vilnius Gediminas Technical University
Saulėtekio al. 11, LT-10223 Vilnius, Lithuania
INVESTIGATION INTO A LONG-TERM INTERLAYER BONDING OF ASPHALT PAVEMENTS

Christiane Raab¹, Manfred Norbert Partl²

EMPA Swiss Federal Laboratories for Materials Testing and Research, CH-8600 Dübendorf, Switzerland
E-mails: ¹Christiane.Raab@empa.ch, ²Manfred.Partl@empa.ch

Abstract. In recent years adhesion testing of pavement layers has gained more and more importance throughout Europe. In a lot of projects the bonding properties are determined after construction and many countries have developed standard requirements which the obtained bonding values have to fulfill. The paper focuses on the question of long-term behaviour of bonding properties and presents the results of an extensive Swiss study. The study compares the bonding properties determined with the Layer Parallel Direct Shear Test (LPDS) according to Leutner of 14 high volume roads from the years 1993–97 to the values for the same road sections determined 9–13 years later. In addition, a second study conducted on a circular track investigated the differences between the bonding properties in the wheel path and outside the wheel path. It could be shown that in most cases the bond improves due to compaction and settlement caused by the traffic. Problems arise, resulting in a reduction of shear forces, when the pavement shows distress phenomena. The difference between the bonding properties in the wheel path and outside it could be demonstrated in the circular track study, whereas the differences on the road depend on many factors and often seem to be eliminated over the years.

Keywords: adhesion properties, Layer-Parallel Direct Shear (LPDS) test, interlayers.

1. Introduction

In recent years bonding testing has gained more and more importance throughout Europe (Choi et al. 2005, Diakhate et al. 2006, Krunchtcheva et al. 2006, Tschegg et al. 2007). In a lot of projects the bonding properties are determined after construction and many countries have developed standard requirements which the obtained bonding values are to fulfill. The question of how the originally determined bonding properties develop over time is often neglected and has not attracted enough attention of the Road Authorities etc.

Although different researchers (Canstrari et al. 2005, Rabiot 1996, Stöckert 2001) showed that the bond improves with time, this finding was never investigated on a larger scale in a systematic way. In some cases (Stöckert 2001) the re-evaluation of the shear strength took place only a year after construction and therefore it cannot consider long-term effects and influences. Furthermore, the improvement of bonding properties is stated as a general fact, but no reference to traffic figures is provided.

This paper describes the results of an extensive Swiss study of the long-term behaviour of bonding properties launched by the Swiss Road Authorities (ASTRA). Based on the results directly after construction of more than 1000 cores of 20 different pavements, a decade later the long-term bonding properties of some of these pavements could be determined again. The study compares the bonding properties determined with the Layer Parallel Direct Shear Test (LPDS) according to Leutner of 14 high-volume roads from the years 1993–97 to the values for the same road sections determined in 2006.

In addition, a second study of a circular truck investigated the differences between the bonding properties in the wheel path and outside it.
induced to the core head by a semicircular shear yoke with a deformation rate of 50.8 mm/min, thus producing fracture within the pre-defined shear plane of 5 mm width.

The specimens were conditioned in a climate chamber for 8h and all tests were conducted at 20°C. Since 2000 the LPDS is incorporated into the Swiss Standard SN 67196.

From the LPDS test, the shear force \( F \) as a function of shear deformation \( w \) is obtained. Additional to the shear force, the max slope from the diagram of shear force \( F \) versus shear deformation \( w \) can be used to define the LPDS max shear "stiffness" value \( S_{LPDS,\text{max}} \) as follows:

\[
S_{LPDS,\text{max}} = \frac{\Delta F}{\Delta w},
\]

where \( S_{LPDS,\text{max}} \) - max shear "stiffness", kN/mm; \( \Delta F \) - derivative of force, kN; \( \Delta w \) - derivative of deformation, mm.

3. Investigation of pavements from trafficked roads

3.1. Situation and material

In 1999, a research project FA 12/94 of the interlayer adhesion of new pavement layers was completed. It was found that the direct LPDS shear test according to Leutner was a useful tool for inter-layer shear adhesion assessment (Parrt, Raab 1999; Raab, Parrt 1999). The question of long-term performance of the inter-layer shear bonding, in terms of the relationship between the bonding properties directly after construction and the bonding properties after some years of trafficking was only touched on in a limited way in this former project. Therefore a follow-up project was conducted entitled "Long-term performance of the bonding properties – relation between test value after construction and long-term performance" (Raab, Parrt 2007). In the framework of this project, all 14 remaining sections were investigated again, after 10 or more years of traffic, in order to predict the long-term performance of the bonding properties.

As shown in Table 1, the surface course thickness varied between 29 and 60 mm. Since the construction took place before the European Standards became effective, all terms are taken according to the old Swiss Standard SN 640431. 7 pavements had stone mastic asphalt (SMA) and 4 road sections had asphalt concrete (AC) surface courses. In addition, 3 coring sites with special surface courses, i.e. gussasphalt (mastic asphalt) (GA), hot-rolled asphalt (HR) and porous asphalt (drain asphalt = DRA) were included. With the exception of 3 pavements all surface courses consisted of aggregate with a max size of 11 mm. The surface courses were placed either on hot mix base course (HMT) with a max aggregate size of 16, 22 or 32 mm or on asphalt concrete (AC) and mastix asphalt (MA) with a max aggregate size of 16 mm each.

For nearly all road sections, traffic data, e.g. the average daily traffic ADT (vpd) and the percentage of heavy vehicles (> 3.5 t) are given in Table 1.

![Fig. 1. LPDS test device, schematic drawing (Raab, Parrt 2004)](image)

Table 1. Coring sites with pavement characteristics and traffic data (Bundesamt für Straßen ASTRA; Bundesamt für Statistik BFS 2006)

| Road section | Materials | Surface course characteristics | Traffic data 2005 |
|--------------|-----------|--------------------------------|-------------------|
|              | Surface course | Base course | Thickness, mm | Year of construction | Average daily traffic (ADT), vpd | Traffic data 2005 |
| 2            | SMA 11    | HMT 32   | 35,0          | 1993              | -                              | many hoses         |
| 3            | SMA 11    | HMT 32   | 30,0          | 1994              | 18 350                         | 9.8                |
| 5            | SMA 11    | HMT 22   | 40,0          | 1996              | 32 700                         | 7.6                |
| 6            | SMA 11    | HMT 16   | 60,0          | 1993              | 94 990                         | 4.4                |
| 7            | SMA 11    | HMT 22   | 30,0          | 1994              | 19 800                         | 4.4                |
| 8            | SMA 11    | HMT 32   | 41,0          | 1996              | 31 450                         | 5.5                |
| 14           | SMA 11    | HMT 22   | 40,0          | 1997              | 28 080                         | 5.8                |
| 10           | AB 11     | HMT 32   | 29,0          | 1995              | 77 890                         | 11.1               |
| 15           | AB 11     | HMT 32   | 45,0          | 1997              | 64 230                         | 8.2                |
| 18           | AB 16     | unknown  | 48,0          | -                 | -                              | -                  |
| 19           | AB 16     | unknown  | 50,0          | 1997              | -                              | -                  |
| 11           | HR 16     | HMT 22   | 44,0          | 1993              | 6800                           | 2.6                |
| 12           | GA 11     | GA 16    | 43,0          | 1996              | 32 700                         | 7.6                |
| 13           | DRA 11    | AB 16    | 45,0          | 1994              | 4.6                            | 4.6                |
In the original investigation, the pavements were either totally new or a new surface course had been placed over existing layers. In 2 cases, pavements with new surface courses on unknown old base courses were investigated (coring sites 18 and 19).

The coring for investigating the long-term performance was conducted a few meters away from the original coring site. For every road section 5 cores were taken inside and another 5 outside the wheel path. In addition to the shear force at 20 °C, the max shear stiffness was determined.

3.2. Test results

Figs 2–4 depict the LPDS test results at 20 °C for the different test sections. Each Figure represents the comparison of the shear force values immediately after construction but before traffic and the shear force values after several years of traffic. In case of the values immediately after construction and before traffic all bars are mean values of at least 7 specimens. In case of the values after several years of traffic the mean value of all 10 cores is given, as well as the mean value of 5 specimens in the wheel path and 5 specimens outside the wheel path. The standard deviation is also presented.

For the SMA surface courses in Fig. 2 all test sections were between 9 and 13 years old and therefore quite comparable. Except for one section (road section 3), which showed severe rutting in the wheel path, the pavement surfaces of all other sections were in good condition and did not reveal surface distresses.

Apart from section 3 and section 6, a slight (9–14 %) to great (28–45 %) improvement of the shear forces over time could be observed for all sections. Although the mean value after trafficking was low, it is remarkable that section 3 had shear forces outside the wheel path which were by 12,7 % higher than directly after construction.

Section 6 was the only coring site, where an overall deterioration of the shear forces (ca. 31 %) over time could be found.

For the great majority of road sections (4 sections) there was only a small difference between the shear forces inside and outside the wheel path, whereas in two cases the values in the wheel path were higher and in two other cases the ones outside the wheel path were higher. One section (section 2) subjected to a heavy bus traffic showed a 5 kN lower shear force in the wheel path than outside the path.

The data for the road sections with SMA surface courses showed that in the wheel path an improvement of the shear force could not always be expected, but even the opposite was true.

For the AC surface courses in Fig. 3 all test sections were between 9 and 13 years old, therefore in this respect quite comparable. All investigated road sections except one (section 15), which revealed cracks and aggregate loss, showed an intact pavement surface.

The shear forces for all road sections with AC surface courses were 7 % and 23 % higher after several years. For the above-mentioned road section 15, where aggregate loss and cracking occurred, the shear forces in the wheel path were by 35 % lower than those directly after construction, whereas the values outside the wheel path were by 33 % higher than before traffic.

In contrast to the road sections with SMA surface courses, all the sections with AC surface courses showed an improvement of the values in the wheel path of 17–39 % – noticeably higher than those outside the wheel path, where the increase was only 5–10 %.

Fig. 4 shows the result for the HR, GA and DRA surface courses which were 13, 12 and 10 years old and showed no surface distresses. For 3 road sections an improvement of the bonding properties of 12,2 %, 6,9 % and 45,2 % could be observed. For the sections with GA and DRA no significant difference between the shear forces in and outside the wheel path could be found. For the HR section, the shear forces outside the wheel path were by 30 % higher than the values directly after construction,
The traffic figures given in Table 1 are quite different for all sections. This is not only true for the ADT but also for the percentage of heavy vehicles (trucks > 3.5 t). These percentages vary between 2.6–11 %.

Regarding ADT and percentage of heavy vehicles, sections 6, 10 and 15 are the most critical ones. The measured shear forces of these sections demonstrate that a high percentage of heavy vehicles over a long period of time can cause bonding problems: Section 15 reveals severe pavement distresses and decreased shear forces in the wheel path. For section 10 the shear forces outside the wheel path are lower than immediately after construction. On the other hand, Section 6 is the only section which shows a decrease of shear forces despite its intact pavement surface.

In addition, section 3, with severe rutting and a deterioration of the bonding properties in the wheel path, has a very high percentage of heavy traffic, especially for a city road. Although there are no traffic figures given for section 2, this section is located near a bus stop and is therefore highly frequented by buses.

4. Investigation of pavements from a circular track

4.1. Situation and material

In the second study, conducted on a circular test track, the differences of bonding properties in the wheel path and outside the wheel path were investigated.

In the framework of another research project, different materials have been placed in a circular track and were traffic over a certain time (Rabaiotti, Caprez 2006). Although for these materials no values directly after construction were available, the project was considered ideal for investigating bonding properties in and outside the wheel path, since, as opposed to the situation on a real road, traffic happens in a very defined, canalised manner.

The material was placed in 5 sections with a length of 20 m as shown in Fig. 6. The pavement details of the different sections are in Table 2.

As shown in Table 2, all surface courses consist of identical asphalt concrete, AC 11, with a penetration grade binder of 50/70. The hot mix base courses, AC T 22, differ from each other in binder type. For section 5, a high modulus binder base course, AC EME (enrobé à module élevé), was used. The exact description of the materials in (Rabaiotti, Caprez 2006).
4.2. Test results

The test results for the LPDS test at 20 °C for different sections on the circular track are shown in Fig. 7. Fig. 8 depicts the air void content determined on cores taken from the different section in and outside the wheel path.

With mean values between 36.6-45 kN the obtained interlayer shear forces were very high. The comparison between the different sections reveals that the results for sections 1 and 2 with the same materials correspond very well with shear force values of 38 kN and 36 kN. Section 3 with a softer binder in the base course shows a slightly higher shear force of 42 kN, which is comparable to section 5, where a value of 43 kN was found. The highest value of 45 kN was received for section 4, where a polymer modified bitumen was used in the base course.

In general, the investigation demonstrates the differences in the shear forces in and outside the wheel path. This can be directly linked with the different compaction and air void content in these areas (Fig. 8), which is on a circular track more uneven than on a straight road.

5. Conclusions

As the results of this extensive Swiss study on long-term behaviour of bonding properties, the following main conclusions can be drawn.

1. The traffic induced compaction and settlement after construction has a positive effect on bonding properties of carefully designed and manufactured roads. The increase in shear resistance in terms of shear force between surface and base course can reach 40 % after 10 years. In terms of shear stiffness the increase can go even up to 57 %.

2. Pavements showing distress phenomena, such as cracks and aggregate loss, have a high potential to suffer also a reduction of interlayer shear resistance, especially in the wheel path.

3. As long as the road does not show obvious surface distresses, differences between interlayer shear force and stiffness inside and outside the wheel path are generally not expected; however, they may occur in special cases where a local change in performance, such as rutting and cracking, is clearly predominant.

4. As soon as pavements show surface distresses such as rutting or cracking, the average shear forces and shear stiffness values after some years of traffic decrease and in some cases also outside the wheel path.

5. A high percentage of heavy vehicles over a long period of time can cause bonding problems.
6. Behaviour on roads can divert substantially from test pavement sections that are tested under extreme conditions in stationary accelerated pavement testing facilities, such as circular test tracks. This is partly due to the different compactions and air voids in the track sections resulting from special construction conditions and equipment as well as the more canalized accelerated loading which does not leave much potential for mobilizing healing effects.

This investigation provides a valuable quantitative practical input, e.g., for standardization purposes. It shows that interlayer shear properties are clearly subjected to change over the life-time of a pavement. Hence, further investigations will also have to focus on the continuous monitoring of the whole process of change, i.e., the development of interlayer properties over time as a function of traffic and climatic history as well as of the evolution of volumetric and chemical-physical properties. This future task will certainly not only be a challenge in modeling but also in sensing and monitoring techniques.

References

Bundesamt für Straßen ASTRA; Bundesamt für Statistik BFS (Switzerland Federal Road Administration (FEDRO), Switzerland Federal Office for Statistics (FSO)) 2006. Schweizerische Straßenverkehrszählung 2005 / Comptage Suisse de la circulation routière 2005 [Swiss Traffic Survey 2005]. Bern. 56 p.

Canestrari, F.; Ferrotti, G.; Parli, M. N.; Santagata, F. 2005. Advanced testing and characterization of interlayer shear resistance. Transportation Research Record 1929: 68–78.

Choi, Y.; Collop, A.; Airey, G.; Elliot, R. 2005. A comparison between interface properties measured using the Leutner test and the torque test [CD-ROM]. Journal of Association of Asphalt Paving Technologists 74E: ISSN 1553-5576.

Diakhaté, M.; Phelipot, A.; Millien, A.; Petit, C. 2006. Shear fatigue behaviour of tack coats in pavements, Road Materials and Pavement Design 7: 201–222.

Krumcheva, M. R.; Collop, A. C.; Thom, N. H. 2006. Properties of asphalt concrete layer interfaces. Journal of Materials in Civil Engineering 18(3): 467–471.

Leutner, R. 1979. Untersuchungen des Schichtenverbunds beim bituminösen Oberbau [Investigation of the adhesion of bituminous pavements]. Bitumen 5: 84–91.

Parli, M. N.; Raab, C. 1999. Shear adhesion between top layers of fresh asphalt pavements in Switzerland, in Proc of the 7th Conference on Asphalt Pavements for Southern Africa (CAPSA'99). Victory Falls, Zimbabwe, 24 Aug – 2 Sept, 1999, 5.130–5.137.

Raab, C.; Parli, M. N. 1999. Methoden zur Beurteilung des Schichtenverbunds von Asphaltbelägen [Methods to determine the bond of asphalt pavements]. ASTRA-Project FA 12/94, Report No 442. 118 p.

Raab, C.; Parli, M. N. 2004. Effect of tack coats on interlayer shear bond of pavements, in Proc of the 8th Conference of Asphalt Pavements for Southern Africa (CAPSA'04), Suys City, South Africa, 12–16 Sept, 2004, Document Transformation Technologies, 847–855. ISBN 1-920-01718-6.

Raab, C.; Parli, M. N. 2007. Langzeiterfassung des Schichtenverbunds – Relation zwischen Prüfwert nach Einbau und Langzeitverhalten [Long-term performance of the adhesion properties – relation between test value after construction and long-term performance]. ASTRA-Project FA 12/94. 56 p. (in print).

Rabioti, C.; Caprez, M. 2006. Unterhalt 2000. Dauerhafte Beläge [Maintenance 2000. Durable pavements]. ASTRA-Project FA 2000/422. 165 p.

Rabiot, D.; Morizur, M. 1996. Polymer-modified bitumen emulsions an advantage for various road applications, in Proc of the Euroasphalt and Eurobitumen Congress, May 7–10 1996, Strasbourg, France.

Stückert, U. 2001. Schichtenverbund – Prüfung und Bewertungshintergrund [Interlayer bonding – testing and assessment background]. Straße + Autobahn [Road and Motorway] 11: 624–631.

Tschegg, E. K.; Macht, J.; Jamek, M.; Steigenberger, J. 2007. Mechanical and fracture-mechanical properties of asphalt-concrete interfaces. ACI Materials Journal 104: 474–480.

Received 10 Sept 2007; accepted 21 May 2008